Ion Release and Bactericidal Activity of Ag /Tryptophan and Ag/Cu/Tryptophan Complexes in the Structure of Cotton Tissue

A Eremenko1*; I Petrik1; A Rudenko2; O Tananaiko3; T Kyrpel3; M Ishchenko3
1Chuiko Institute of Surface Chemistry of NAS of Ukraine, 17 General Naumov Street, Kyiv 03164, Ukraine
2Institute of Urology of Acad. of Med. Sci of Ukraine, 9-A Yu Kotsubynskogo, Street, Kyiv, 04053, Ukraine
3Taras Shevchenko National University of Kyiv, 64/13, Volodymyrska Street, Kyiv, 01601, Ukraine

*Corresponding Author(s): Eremenko Anna
Chuiko Institute of Surface Chemistry of NAS of Ukraine, 17 General Naumov Street, Kyiv 03164, Ukraine
Email: annaerem@ukr.net

Abstract
The work quantitatively studied the leaching into water of Ag and Cu ions, from Ag and Ag/Cu nanoparticles (NPs) fixed on the surface of bactericidal tissues –cotton fabrics (cf) in the form of complexes with tryptophan (Trp) molecules. The effect of the modification of Ag/Cu NPs in cotton tissues by Trp on their bactericidal activity is studied. Trp adsorption isotherms demonstrate an increased sorption capacity of Ag/Cu-cf compared to Ag - cf. A significant part of NPs (about 70-80 %) is desorbed from the surface of the tissue upon contact with water in the form of complexes with Trp. The release of ions from Ag-cf and Ag/Cu -cf in the absence of Trp is about 30-55%. A strong relationship between the residual amounts of NP-Trp complexes with tissue can be explained by the presence of binding sites of the modifier with the active groups of the tissue surface — glycosidic residues, hydroxyl groups, and others in the heterogeneous structure of cotton. The bactericidal activity of tissues containing tightly bound complexes (Ag/Cu/Trp-cf and Ag/Trp-cf), with a significantly lower content of metal NPs (1-5 mg NP per 1 g of tissue) is comparable to the activity of composites without amino acid (Ag/Cu-cf and Ag-cf), (6-30 mg NPs per 1 g of tissue) in relation to a number of bacteria: E. coli, K. Pneumoniae, P. Aeruginoss, S. Aureus, E. Faecalis, C. albicans. However, after 7 days of contact with the bacterial medium, secondary bacterial growth is detected that is not observed during use Ag/Cu-cf and Ag-cf. The work continues in the direction of determining the optimal ratio of NP-Trp on the surface of tissue samples in terms of their biocidal action and the dynamics of release of modifiers (NPs, Trp and their complexes) from the surface of tissues in aqueous solution.

Keywords: Bactericidal cotton; Silver; Copper; Ion release; Complexes with tryptophan.
Introduction

This article continues a series of publications devoted to the production and study of bactericidal tissues modified with nanoparticles of silver (Ag NPs), copper (Cu NPs) and their bimetallic compositions (BMNPs) (Ag/Cu NPs). Nanosized metals and their oxides in tissues have a pronounced bactericidal action against a wide class of microorganisms (E. coli, K. pneumonia, P. aeruginos, S. aureus, E. faecalis), as well as antimycotic activity. BMNPs also have high antitumor efficacy [1-6]. The dynamics of the release of silver and copper ions into water from bactericidal cotton fabrics (cf) modified by Ag NPs and BMNPs and physico-chemical properties of materials are studied by us [5]. It was found that the largest number of Ag and Cu ions is released during the first 24 hours of contact of the tissue with the aqueous medium, after 48 hours of contact the amount of released ions drops sharply, and practically stopped after 72 hours. Besides, bactericidal activity of tissues after leaching of metal ions from the surface of nanoparticles remained high, which was explained by the reduction of evolved ions by glycoside residues of the tissue surface [6]. The obtained results explain the high bactericidal activity of modified cotton textiles precisely in the first day of their use for disinfecting wound surfaces from a number of bacteria due to the active diffusion of silver and copper ions that are formed on the surface of NPs when in contact with the humid environment. The NPs are fixed on textiles due to electrostatic interaction with textile components including functional surface groups as well as porous structure of tissue [7,8]. Antimicrobial properties of the AgNPs and binary Ag/Cu NPs are studied in [9-13]. To prevent toxic side effects of metal NPs on the body, simultaneously biomolecules or drugs are used for complex therapy of infectious-inflammatory diseases, and the most commonly used is the amino acid Trp. Silver nanoparticles prepared with tryptophan were found to effectively prevent the formation and kill bacteria in established biofilm structures and may be useful for the prevention and treatment of biofilm-related infections [14-26 and references therein].

The adsorption modification of cotton fabrics contained Ag and Ag/Cu nanoparticles by amino acid tryptophan and their properties are shown also in [27]. It has been shown that Ag/Trp coordination compounds at therapeutic doses are non-toxic, exerting an antimicrobial effect. However, along with the large number of articles on the interaction of biomolecules with metal NPs to reduce the toxic effect, it is interesting and important to compare the biocidal activity of NP-Trp-fabric composites with that of samples without Trp. In this work, we determined the amount of silver and copper ions released into water from the surface of Ag/Trp-cf and Ag/Cu/Trp-cf materials and studied the effect of Trp in complexes on the surface of textiles on their bactericidal activity.

Experimental

A simple and effective method for the production of cotton fabric modified with Ag NPs and BMNPs by means of a soft heat treatment without the use of chemical reducing agents and stabilizers, with an enhanced antibacterial effect compared with monometallic Ag and Cu particles is presented in refs [1,5,6]. Briefly, the technique for preparing of bactericidal textile is as follows: Cotton fabric (cf)-madapollam, a density of 94 g/m², was impregnated with salts of silver and copper nitrates. 10 g of tissue was kept in 100 ml of salt solution with c=10^-2 – 10^-4 M for 30 min for measuring adsorption isotherms. Ironing of the squeezed fabric at 200°C is accompanied by the appearance of yellow (in the case of Ag-cf) or yellow-brown (in the case of Ag/Cu-cf) color. Samples of tissue contained the ions of silver, copper and both Ag^+ and Cu^2+ ions were prepared for comparison and dried during 24 h at room temperature on a paper substrates. We also found a quantitative dependence of the formation of copper nanoparticles on the tissue on the nature of the anion - nitrate, acetate or copper sulfate. This issue is not discussed in this article and will be the subject of further consideration.

The Diffusion-Reflectance Spectra (DRS) of the fabrics with NPs were registered by means of spectrophotometer Perkin Elmer Lambda Bio UV-vis with the integrating sphere of Labsphere RSA – PR- 20 in the range of waves 200-1000 nm.

For SEM analysis it was used a HITACHI S5000 Sc Hitachy Field-Emission Scanning Electron Microscope with both SEM (surface image) and EDS (Cu and Ag confirmation) capabilities.

To determine the amount of released ions from the modified tissues, atomic absorption spectroscopy method has been used. Ag-cf and Ag/Cu-cf (0.12 g) were kept in 10 ml of water for 24 hours following which the amount of ions desorbed from tissues was analyzed. These procedures were repeated every 24 hours for three days, similarly to described in [5]. The total amount of metal on the fabric was determined by the same method. To determine the total content of metals in the tissues, wet digestion of a tissue sample (0.024 g (2 × 2 cm) was carried out with a solution of 5 ml of HNO_3 + 5 ml of H_2O. After decomposition, the amount of Cu in the solution was determined with electrothermal atomic absorption spectroscopy to determine the amount of substance in tissues containing monometallic NPs, and with flame atomic absorption spectroscopy for tissues containing bimetallic NPs. Experimental conditions of the analysis are listed in Table 1. All measurements was carried out with use of Shimadzu AA-6800 atomic absorption spectrometer.

Table 1: Experimental condition of atomic-absorption analysis

| Element | Technique | Ag |
|---------|-----------|----|
|         | Electrothermal AAS, platform tube | Flame AAS C,H, 2 L/min Air: 15 L/min |
|         | Pyrolysis: 900 °C Atomization: 2200 °C | |
| Wavelength,nm | 324.7 | 328.1 |
| Spectral slit, nm | 0.5 | 0.2 |
| Lamp mode | Deuterium background correction | No background correction |

The effect of obtained fabrics on bacteria has been studied using classic microbiological method similar to presented in [1]. Petri dishes were filled with the respective test cultures agar for bacteria. Then cotton fabrics were cut into equal-sized round pieces app. 12mm x 12mm and placed on the cooled agar the test-cultures of bacteria (10^4 CFU), carefully triturated with a spatula Drygalski on the surface of the agar. After drying up of inoculation the tissue of investigated samples were applied onto the agar surface (1 cm x 1 cm) and Petri dishes were cultured in the conditions of thermostat at 37 °C for 24 hours. A zone of inhibiting the growth of bacteria was measured by a ruler after 24 hrs, 48 hrs and 7 days. The relative error in measuring of the inhibition zone of bacteria growth is 5%.
Results and Discussion

The aldehyde function of cellulose promotes the process of silver and copper ions reduction and the corresponding NPs formation on the tissue’ surface under treatment at 200 - 220°C. The distribution of NPs along the surface of the tissue is not completely uniform, which can be explained by the structure of the tissue that is heterogeneous at the micro level. Figure 1 shows electron microscopy images of Ag-cf and Ag/Cu-cf cotton fabrics.

![Figure 1: SEM of Ag-cf and Ag/Cu-cf](image)

The release of silver and copper ions in water from Ag NPs and Cu NPs is discussed in [28-30]. In accordance with [29] the amount of released silver from textile varies between 1% and 45% of total silver amount. We have previously shown the release of silver and copper ions in water from the textile modified with corresponding NPs [5]. It was found out that during the 24-hours soaking cycles in water, approximately 56% of the Ag ions are overall released from the Ag/cotton fabric, as well as 14% $\text{Ag}^+ + 17% \text{Cu}^{2+}$ from the Ag/Cu/cotton fabric [5].

Release of silver and copper ions from Ag-cf and Ag/Cu-cf in water depending on soaking time is shown in Figure 2.

![Figure 2: The amount of silver and copper ions for three consecutive soaking cycles in water (24, 48 and 72 hours) of Ag-cf and Ag/Cu-cf for two consecutive soaking](image)

Besides, bactericidal activity of tissues after leaching of metal ions from the surface of nanoparticles remained high, what can be explained in particular due to the reduction of part of the released ions in solution by free glycoside groups on the tissue surface.

Tissues modified with Ag/Cu-cf are more active in their bactericidal and antymycotic effects than Ag-cf [1, 6]. On the surface of nanoparticles immobilized on tissue, large amount of ions are formed upon contact with water or biological fluid, which determines high bactericidal activity of the tissue. Tryptophan adsorbed on the surface of nanoparticle-modified tissues forms strong complexes with metal ions during adsorption. The formation of Ag/Cu/Trp and Ag/Trp complexes on the surface of tissue accompanied by quenching of Trp fluorescence [28]. The affinity of Trp for tissue’s structure is very low and it increases in the presence of silver and copper. Wherein adsorption isotherms exhibit significantly greater adsorption capacity of Ag/Cu-cf to Trp molecules compared with Ag-cf (Figure 3). The corresponding logarithm stability constants ($\lg K_{1 \text{CuTrp}} = 8.71$, $\lg K_{2 \text{CuTrp}} = 16.61$, $\lg K_{\text{AgTrp}} = 4.1$) are given in the book [31]. Excess of Trp can interfere with the contact of the NP with the bacterial wall.

![Figure 3: Adsorption isotherms of Trp on Ag/Cu-cf (1), Cu-cf (2), Ag-cf (3)](image)
The diffuse reflectance spectra of tissues modified by complexes of metal nanoparticles with Trp indicate the consumption of metal ions for interaction with Trp (Figure 4). The intensity of the SPR band of silver NPs decreases, the band broadens due to the formation of complexes (Figure 4a). The Ag/Cu/Trp-cf spectrum also clearly shows a decrease in the intensity of the SPR band of silver NPs (max 400 nm) as an ion source and copper ions (max app. 800 nm,) for the formation of complexes with Trp (Figure 4b, inset). In water or biological fluid, the complexes of silver and copper with Trp pass into solution.

The resistance of the dry samples of fabric with immobilized metal species is 2700 – 3000 kOhm which is rather high. This fact confirms that metal particles are distributed separately one from another on the surface of the fabric samples. The resistance decreased up to 320-100 kOhm after soaking of the fabric with the double distilled water. It can be a result of the releasing of metal ions from the surface of the particles and their further migration.

The amounts of silver and copper NPs on the surface of the modified Ag/Trp-cf and Ag/Cu/Trp-cf tissues before and after washing are shown in Table 2.

These data indicate a high degree of desorption of metal complexes with Trp from the surface of the initial samples into water, i.e., the loss of metals from the surface of the modified tissue. The bactericidal activity of tissue samples containing weakly adsorbed complexes was not determined since they are not a clear characteristic of the finished material that can be recommended for use. We studied the activity of tissues with strong bound complexes with the surface shown in columns 2 and 3.

Table 2: The amounts of silver and copper NPs on the surface of the modified tissues after Trp adsorption (1st column) and after desorption (2nd and 3rd columns) of occluded complexes by two cycles of tissue washing in water, mg/g.

| Modifier | Bacterial culture | Initial amount of Ag in the tissue | The amount of Ag after desorption Ag/Trp complexes | The amount of Ag after repeated washing of Ag/Trp-cf |
|----------|-------------------|-----------------------------------|---------------------------------------------------|--------------------------------------------------|
| Ag/Trp-cf | E. coli | 5.7 | 1.3 | 1.2 |
| Ag/Cu/Trp-cf | K. pneumoniae | 4.7 | 0.79 | 0.75 |
| Ag/Cu/Trp-cf | P. aeruginosa | 1.18 | 0.16 | 0.15 |
| Ag/Cu/Trp-cf | S. aureus | 13 | 12 | 11 |
| Ag/Cu/Trp-cf | E. faecalis | 12 | 13 | 0 |
| Ag/Cu/Trp-cf | C. albicans | 13 | 0 | 0 |

Table 3: Microbial growth inhibition zone, mm

| Modifier | Bacterial culture | Initial sample of tissue | After Trp adsorption | After Trp desorption |
|----------|-------------------|-------------------------|----------------------|----------------------|
| Ag Np | Ag/Cu Np | Ag Np | Ag/Cu Np | Ag Np | Ag/Cu Np |
| E. coli | 16 | 12 | 11 | 11 | 11 | 11 |
| K. pneumoniae | 11 | 11 | 11 | 11 | 11 | 11 |
| P. aeruginosa | 13 | 13 | 12 | 11 | 11 | 11 |
| S. aureus | 13 | 13 | 12 | 11 | 11 | 11 |
| E. faecalis | 12 | 13 | 14 | 11 | 11 | 11 |
| C. albicans | 13 | 0 | 0 | 0 | 0 | 11 |
In relation to *Penicillium spp.*, A. niger, A. flavus the studied samples do not have a biocidal effect, with the exception of Ag-cf. The work continues in the direction of determining the optimal ratio of NP-Trp on the surface of tissue samples in terms of their biocidal action and the dynamics of release of modifiers (NPs, Trp and their complexes) from the surface of tissues in aqueous solution.

**Conclusion**

The work studied the leaching into water of Ag and Cu ions from Ag and Ag/Cu nanoparticles (NPs) fixed on the surface of bactericidal tissues –cotton fabrics (cf) in the form of complexes with tryptophan (Trp). A significant part of NPs (about 70-80 %) is desorbed from the surface of the tissue upon contact with water in the form of complexes with Trp. The release of ions from Ag-cf and Ag/Cu-cf in the absence of Trp is about 30-55 %. A strong relationship between the residual amounts of NP-Trp complexes with tissue can be explained by the presence of binding sites of the modifier with the active groups of the tissue surface — glycosidic residues, hydroxyl groups in the heterogeneous structure of cotton. The bactericidal activity of tissues containing tightly bound complexes (Ag/Cu-Trp-cf and Ag/Trp-cf), with a significantly lower content of metal NPs (1-5 mg NP per 1 g of tissue) is comparable to the activity of composites without amino acid (Ag/Cu-cf and Ag-cf), (6-30 mg NPs per 1 g of tissue) in relation to a number of bacteria: E. coli, K. Pneumoniae, P. Aeruginosae, S. Aureus, E. Faecalis, C. albicans. However, after 7 days of contact with the bacterial medium, secondary bacterial growth is detected that is not observed during use Ag/Cu-cf and Ag-cf. The work continues in the direction of determining the optimal ratio of NP-Trp on the surface of tissue samples in terms of their biocidal action and the dynamics of release of modifiers (NPs, Trp and their complexes) from the surface of tissues in aqueous solution. Metallized tissues modified with tryptophan show bactericidal activity at a significantly lower content of silver and copper than samples without Trp. The mechanism of action of such composite materials requires further research.

**References**

1. Petrik I, Eremenko A, Rudenko A. Enhanced Bactericidal Activity of Cotton Fabrics Modified by Binary Ag/Cu Nanoparticles. World Journal of Biochemistry and Molecular Biology. 2018: 3: 1-5.

2. Kafifelis H, Lyberopoulou A, Mukha Iu, Vityuk N, Grodzyuk G, et al. Ag/Au bimetalllic nanoparticles induce apoptosis in human cancer cell lines via PS3, CASPASE-3 and BAX/BCL-2 pathways. Artificial Cells, Nanomaterials, and Biotechnology. 2018: 46: S389-S398.

3. Mukha Iu, Vityuk N, Grodzyuk G, Shcherbakov S, Lyberopoulou A, et al. Anticancer effect of Ag, Au, and Ag/Au bimetallic nanoparticles prepared in the presence of tryptophan. Journal of Nanoscience and Nanotechnology. 2017; 17: 8987-8994.

4. Shmarakov I, Mukha Iu, Vityuk N, Borschovetska V, Zhyschynska N, et al. Antitumor Activity of Alloy and Core-Shell-Type Bimetallic AgAu Nanoparticles. Nanoscale Research Letters. 2017: 12: 333-343.

5. Eremenko A, Petrik I, Rudenko A, Tananaiok O, Lelyushok S, et al. The peculiarities of Ag and Cu ions release from bactericidal textiles in water and their influence on spectral, electrical and biocide properties of textile. J Nanosci Nanomed. 2018; 2: 20-24.

6. Eremenko A, Petrik I, Smirnova N, Rudenko A, Marikvas Y. Antimicrobial and antymycotic activity of cotton fabrics, impregnated with silver and binary silver/copper nanoparticles. Nanoscale Research Letters. 2016.

7. Liu J, Hurt RH. Ion release kinetics and particle persistence in aqueous nanosilver colloids. Environmental science & technology. 2010; 44: 2169-2175.

8. Dobias I, Latmani RB. Silver release from silver nanoparticles in natural waters. Environ. Sci. Technol. 2013; 21: 1-25.

9. Azam A, Ahmed AS, Oves M, Khan MS, Memic A. Size-dependent antimicrobial properties of CuO nanoparticles against Gram-positive and -negative bacterial strains. International Journal of Nanomedicine. 2012; 7: 3527-3535.

10. Taner M, Sayar N, Yulig IU, Suer S. Synthesis, characterization and antibacterial investigation of silver/copper nanoalloys. Journal of Materials Chemistry. 2011; 21: 13150-13154.

11. Reidy B, Haase A, Luch A, Dawson KA, Lynch I. Mechanisms of Silver Nanoparticle Release, Transformation and Toxicity: A Critical Review of Current Knowledge and Recommendations for Future Studies and Applications. Materials. 2013; 6: 2295-2350.

12. Wang T, Long X, Cheng Y, Liu Z., Yan S. The potential toxicity of copper nanoparticles and copper sulphate on juvenile Epinephelus coioides. Aquat Toxicol. 2014; 152: 96-104.

13. Hejazy M, Koohi MK, Bassiri A, Pour M, Najafi D. Toxicity of manufactured copper nanoparticles - A review. Nanomed Res Journ.2018; 3: 1-9.

14. Carvalho M, de Paiva R, Bergamini F et al. A silver complex with tryptophan: Synthesis, structural characterization, DFT studies and antibacterial and antitumor assays in vitro. Journal of Molecular Structure. 2013; 1031: 125-131.

15. Antoine R, Tabarin T, Broyer M. Properties of Gas-Phase Tryptophan-Silver Cations: Charge Transfer from the Indole Ring to the Silver Atom ChemPhysChem. 2006; 7: 524-528.

16. Kazachenko A, Legler A, Per’yanoa O, Vstavskaya Y. Synthesis and antimicrobial activity of silver complexes with histidine and tryptophan. Pharm Chem J. 2000; 34: 257-258.

17. Siu CK, Guo Y, Hopkinson AC, Siu KW. Dissociations of copper (II)-containing complexes of aromatic amino acids: radical cations of tryptophan, tyrosine, and phenylalanine. Phys. Chem Chem Phys. 2008; 10: 5908-5918.

18. Wagner C, Baran E. Spectroscopic and Magnetic Behavior of the Copper (II) Complex of L-Tryptophan. Acta Farm. Bonaerense. 2004; 23: 339-342.

19. Mukha I, Vityuk N, Severynosva O, Eremenko A, Smirnova N. The pH-Dependent Stucture and Properties of Au and Ag Nanoparticles Produced by Tryptophan Reduction Nanoscale Research Letters. 2006; 11: 101-107.

20. Mukha I, Vityuk N, Khodko A, Kachalova ON, Fedyshyn O, et al. The pH-Dependent Stucture and Properties of Au and Ag Nanoparticles Produced by Tryptophan Reduction Nanoscale Research Letters. 2006; 11: 101-107.

21. Petrlik I, Eremenko A, Smirnova N, Marinin A, Olishovsky V. Peculiarities of copper and silver nanoparticles stabilization by cysteine in aqueous colloidal systems. Chemistry, physics and technology of surface. 2015; 6: 364-371.

22. Mukha Iu, Khodko A, Vityuk N, Severynosva O, Pivovarenko V, et al. Light-driven formation of gold/tryptophan nanoparticles. Applied Nanoscience. 2019.

23. Vazquez-Munoz R., Borrego B, Juarez-Moreno K, Garcia-Garcia M, Mota Morales JD., et al. Toxicity of silver nanoparticles in bio-

Journal of Nanomedicine
logical systems: Does the complexity of biological systems matter? Toxicol Lett. 2017; 276: 11-20.

24. Shmarakov IO, Mukha IuP, Karavan VV, Chunikhin OYu, Marchenko MM, et al. Tryptophan assisted synthesis reduces bimetallic gold/silver nanoparticle cytotoxicity and improves biological activity. Nanobiomedicine. 2014; 1: 1-10.

25. Hajtuch J, Hante N, Tomczyk E, Wojcik M, Radomski MW, et al. EFFECTS of functionalized silver nanoparticles on aggregation of human blood platelets. International Journal of Nanomedicine. 2019; 14: 7399-7417.

26. Courro D, Lopes C, Pereira C, Franzolin M, Silva FO, et al. Tryptophan Silver Nanoparticles Synthesized by Photoreduction Method: Characterization and Determination of Bactericidal and Anti-Biofilm Activities on Resistant and Susceptible Bacteria. Int J Tryptophan Res. 2019; 12: 1178646919831677.

27. Petrik I, Eremenko A, Naumenko A, Rudenko A. Effect of silver and copper nanoparticles on adsorption and fluorescence of tryptophan on the surface of bactericidal textile. Applied Nanoscience. 2020.

28. Benn TM, Westerhoff P. Nanoparticle silver released into water from commercially available sock fabrics. Environ. Sci. Technol. 2009; 42: 4133-4139.

29. Geranio L, Heuberger M, Nowack B. The behavior of silver nanotextiles during washing. Environ. Sci. Technol. 2009; 43: 8113-8118.

30. Glover RD, Miller JM, Hutchison JE. Generation of metal nanoparticles from silver and copper objects: Nanoparticle dynamics on surfaces and potential sources of nanoparticles in the environment. ACS Nano. 2011; 5: 8950-8957.

31. Martell A, Smith R. Critical stability constants v.1. Plenum Press, New York. London. 1974.